Production of Complex Ceramic Films using domestic Inkjet Printers

Gisele A. Souza, Claudio L. Carvalho, Rafael Zadorosny*

Universidade Estadual Paulista (UNESP), Faculdade de Engenharia, Avenida Brasil, 56 – Centro, Zip Code 15385-000, Ilha Solteira – SP, Brazil
e-mail: rafael.zadorosny@unesp.br

DOI: https://doi.org/10.30609/jeti.v4i04.14369

Abstract. The production cost is one of the issues for some complex ceramics applications, like the superconducting oxides. The main properties of such materials, i.e., zero electrical resistivity and perfect diamagnetism, make them attractive for several applications, including energy storage. Thus, in this work, we focus on the production and structural characterization of Bi$_{1.6}$Pb$_{0.4}$Sr$_2$Ca$_2$Cu$_3$O$_{10}$ (Bi-2223) superconducting films using a domestic inkjet printer. The precursor solution was prepared following the Pechini's method, and it was used, such as the ink. Then, an E-shape film was printed over a SiO$_2$ substrate. The results show that the sample produced with 12 depositions presented a superconducting transition at 81 K and a critical current density of 9.68 A/cm$^2$ at 78 K.

Keywords: superconducting films, direct printing, BSCCO system.

1. Introduction

The non-dissipative transport of currents at temperatures of 77 K makes the high-temperature superconductors (HTS) fascinating materials for the development of novel devices and their applications at high magnetic fields and in storage energy [1-13]. A large number of those applications consists in the production of HTS films which has been reported to be prepared by sputtering [14,15], PLD [16], and MOCVD [17] techniques. However, to reduce costs and be scalable in the production of films and long-length coated conductors, chemical solution deposition (CSD) techniques have been applied by some researchers [18-26].

Among the HTSs, one of the most studied materials is the Bi-Sr-Ca-Cu-O (BSCCO) system. It was discovered by H. MAEDA and coworkers [27], and the samples present critical temperatures ranging from 7 K to 110 K depending on the superconducting phase...
Direct printing is a versatile and fast method among the low-cost CSD techniques to produce films, tapes, and coated conductors of ceramic materials [31-33]. In such a technique, the precursor solution is the ink used to be deposited over the substrate. In some studies, trifluoroacetate (TFA)-based solutions have been used as the chemical ink [34-36].

Then, focusing on alternative CSD methods to produce ceramic materials, in the present study, we describe the fabrication of BSCCO ceramic films using a direct print of the precursor solution using a domestic inkjet printer. General layouts have been printed to show the versatility of the process. We present the characterizations were carried out by x-ray diffraction (XRD) and scanning electron microscopy (SEM) in an E-shape sample. The superconducting properties were analyzed by R(T) and I(V) curves.

2. Materials and Methods

The samples' synthesis was divided into a few steps to demonstrate the versatility of the employed technique as follows.

The layout of the superconducting track

The desired layout can be created on a computer using vector images. As a substrate, we used SiO$_2$ wafers cut in squares of 2 cm, which was aligned correctly in the printer to replace the paper. Then, the E-shape track was directly printed, as shown in Figure 1.

Production of the precursor solution

The precursor solution was prepared following Pechini's method [37-39], and the stoichiometric calculations were based on the Bi$_{1.6}$Pb$_{0.4}$Sr$_2$Ca$_2$Cu$_3$O$_{10}$ composite, where the presence of Pb is to allow the stabilization of the Bi-2223 phase [40]. The used reagents were: Bi$_2$CO$_5$, SrCO$_3$, CaCO$_3$, CuCO$_3$.Cu(OH)$_2$, 2PbCO$_3$.Pb(OH)$_2$, C$_6$H$_8$O$_7$, C$_2$H$_8$N$_2$, and C$_2$H$_6$O$_2$ (all from Vetec).

The metallic carbonates (MC) were dissolved in an aqueous solution of citric acid (C$_6$H$_8$O$_7$) (CA) in a ratio of 3:1 (MC:CA), and after that, the ethylene glycol (C$_2$H$_6$O$_2$) was added. It was used 40 w% of citric acid and 60 w% of ethylene glycol. The solution was heated at 80°C-90°C to dry until it reached the desired viscosity of about 10.60 cP at 28 °C, a typical value for the printer's inks.
Heat treatment

The number of depositions was varied to obtain the complete recovery of the substrate. After each deposition, the samples were calcined at 500 °C for 5 minutes using a rate of 2°C/min to eliminate the organic compounds. The sinterization was performed at 835 °C for 10 minutes, using the same heating rate in the air. The final samples are listed in Table 1, which contains the labels and number of depositions.

| Samples’ label | # depositions |
|----------------|---------------|
| T-01           | 1             |
| T-03           | 3             |
| T-06           | 6             |
| T-09           | 9             |
| T-12           | 12            |

Characterizations

The analysis of the structural properties of the samples was made by optical microscopy imaging first to observe the homogeneity of the printed solution and the substrate recovery. X-ray diffraction (XRD) was used to identify the crystalline phases formed after the sinterization process, and scanning electron microscopy (SEM) was used to verify the microstructure of the samples. The electrical properties were measured using the DC four-probe method. From R(T) curves, the critical temperature Tc was obtained, and from the V(I) curves, the value of the critical current of the material.

3. Results and discussions

Figure 1 shows an image taken with an optical microscope of the as printed T-03 sample with a total size of (11x11) mm² to exemplify the printed E-type layout. From the zoom of such an image, it is worth noting that the layout was precisely printed with 1mm tracks spaced by 1mm. However, the substrate was not wholly covered, indicating that more depositions should be done.
Figure 1 - Optical microphotography of the printed track T-03. The zoom shows the distribution of the droplets along the track.

To follow the substrate's recovery and several depositions, in Figure 2 are shown images taken from an optical microscope after the heat treatment of the samples for the amplification of 3.2x and 12.5x. It can be noted that a considerable portion of the substrate is recovered for samples T-09 and T-12.
Figure 2 - Optical images of the heat-treated samples after some depositions. The substrate was totally/partially recovered at samples T-09 and T-12.

Focusing on T-12 samples, in Figure 3(a) are shown SEM images with total substrate recovery. It is noticed that there are regions where the grains grew out of the substrate plane, as evidenced in Figure 3 (b). Such behavior can be associated with the number of depositions and the substrate whose crystallographic plane does not match the planes of BSCCO.
Figure 3 - SEM Images of the samples (a) T-09 and (b) T-12. It is shown the total recovery of the substrate with some structures grown out of the plane.

According to diffractograms, shown in Figure 4 (a) and (b) for T-09 and T-12, respectively, one can note that phases Bi-2223 and Bi-2212 were formed. However, Bi-2212 is more evident [29]. As the film presents a significant area compared with its thickness, part of the Pb presented in the solution evaporates during the heat treatment, facilitating the growth of the Bi-2212 phase over the Bi-2223. The characteristic SiO$_2$ peak is seen near 33°.
The substrate was not completely covered in samples T-01 and T-03, and no superconducting transition was verified. The $T_c$ of the sample T-12 was $(81 \pm 1)$ K. Figure 4 shows the T-12 R(T) curve. Temperatures lower than 77 K cannot be reached with our equipment. The value of $T_c$ indicates that the Bi-2212 is the predominant phase, agreeing with the XRD curves.
The critical current, $I_c$, of T-12 was obtained from V(I) measurement at 78K, shown in Figure 6. Using the $1\mu$V criterion, one obtained $I_c = 3.001 \times 10^{-4}$ A. By SEM images (not shown), the thickness of the sample was measured as 3.1 mm, and a width of 1.1 mm. Then, the estimated critical current density was $J_c = 9.68$ A/cm$^2$.

**Figure 5** - Resistance as a function of the temperature of the sample T-12.

**Figure 6** - Characteristic voltage as a function of the electric current of the sample T-12.
4. Conclusions

With a domestic printer and using the precursor solution in the place of the ink, we produced a BSCCO film with a specific layout. Images from an optical microscope confirmed the excellent resolution of the printed layout. SEM images show the growth of plate-like grains, as expected for BSCCO. XRD and electrical characterizations show the excellent quality of the samples. The easy operation and the versatility of the direct print method presented in this work should be applied to various materials and other areas.

Acknowledgments

We thank the Brazilian Agencies São Paulo Research Foundation, FAPESP, grant 2016/12390-6, Coordenação de Aperfeiçoamento de Pessoal de Nível Superior - Brasil (CAPES) - Finance Code 001, and National Council of Scientific and Technological Development (CNPq, grant 302564/2018-7).

References

[1] M. Rotta, M. Motta, A. L. Pessoa, C. L. Carvalho, W. A. Ortiz, R. Zadorosny, Solution blow spinning control of morphology and production rate of complex superconducting $\text{YBa}_2\text{Cu}_3\text{O}_{7-x}$ nanowires, Journal of Materials Science: Materials in Electronics 30, 9045–9050 (2019).
[2] S. R. Foltyn et al., Materials science challenges for high-temperature superconducting wire, Nature Materials 6, 631–642 (2007).
[3] X. Obradors et al., Nanostructured superconductors with efficient vortex pinning, Comprehensive Nanoscience and Technology vol 3, eds Andrews, D. L., Scholes, G. D. & Wiederrecht, G. P. (Amsterdam: Elsevier), pp 303–349 (2011).
[4] J. L. MacManus-Driscoll et al., Strongly enhanced current densities in superconducting coated conductors of $\text{YBa}_2\text{Cu}_3\text{O}_{7-x} + \text{BaZrO}_3$, Nature Materials 3, 439–443 (2004).
[5] S. Kang et al., High-performance high-Tc superconducting wires, Science 311, 1911–1914 (2006).
[6] D. Larbaletier, A. Gurevich, D. M. Feldmann, A. Polyanskii, High-T$_c$ superconducting materials for electric power applications. Nature 414, 368–377 (2001).
[7] M. CHEN, L. DONZEL, L. LAKNER, W. PAUL, High temperature superconductors for power applications. Journal of the European Ceramic Society 24, 1815–1822 (2004).
[8] X. OBRADORS, T. PUIG, Coated conductors for power applications: materials challenges, Superconductor Science and Technology 27, 044003 (2014).
[9] B. G. MARCHIONINI, Y. YAMADA, L. MARTINI, H. OHSAKI, High-Temperature Superconductivity: A Roadmap for Electric Power Sector Applications, 2015–2030, IEEE Transactions on Applied Superconductivity 27, 1–7 (2017).
[10] D. CARDWELL, Processing and properties of large grain (RE)BCO, Mater. Sci. Eng. B 53 1–10 (1998).
[11] J. H. DURRELL, A.R. DENNIS, J. JAROSZYNSKI, M. D. AINSLIE, K. G. B. PALMER, Y.-H. SHI, A. M. CAMPBELL, J. HULL, M. STRASIK, E. E. HELLSTROM, D. cardwell, A trapped field of 17.6 T in melt-processed, bulk Gd–Ba–Cu–O reinforced with shrink-fit steel, Supercond. Sci. Technol. 27, 082001 (2014).
[12] A. M. CAMPBELL, D. A. CARDWELL, Bulk high temperature superconductors for magnet applications, Cryogenics 37, 567 (1997).
[13] M. MURAKAMI, Novel application of high Tc bulk superconductors, Appl. Supercond. 1, 1157–1173 (1993).
[14] Q. LUO et al., Effect of the O2/Ar Pressure Ratio on the Microstructure and Surface Morphology of Epi-MgO/IBAD-MgO Templates for GdBa2Cu3O7–δ Coated Conductors, Chinese Phys. Lett. 31, 37402 (2014).
[15] Y. WANG et al., Dependencies of microstructure and stress on the thickness of GdBa2Cu3O7–δ thin films fabricated by RF sputtering, Nanoscale Res. Lett. 8, 304 (2013).
[16] S. LEE et al., Development of In-Plume Pulsed Laser Deposition of High-Ic GdBCO Films for Coated Conductors. IEEE Trans. Appl. Supercond. 19, 3192–3195 (2009).
[17] W. LI et al., Fabrication of GdBa2Cu3O7–δ films by photo-assisted-MOCVD process. Phys. C Supercond. 501, 1–6 (2014).
[18] X. OBRADORS et al., Progress towards all chemical superconducting YBa2Cu3O7–x coated conductors, Supercond. Sci. Technol. 19, S13–S26 (2006).
[19] Z. LI, et al., Control of nanostructure and pinning properties in solution deposited YBa$_2$Cu$_3$O$_{7-x}$ nanocomposites with preformed perovskite nanoparticles, Scientific Reports, 9, 5828 (2019), https://doi.org/10.1038/s41598-019-42291-x

[20] X. OBRADORS et al., Growth, nanostructure and vortex pinning in superconducting YBa$_2$Cu$_3$O$_7$ thin films based on trifluoroacetate solutions, Supercond. Sci. Technol. 25, 123001 (2012)

[21] P. CAYADO et al., Epitaxial GdB$_2$Cu$_3$O$_{7-\lambda}$/Gd2O3 nanocomposite thin films from advanced Low-Fluorine solutions, Supercond. Sci. Technol. 30, 125010 (2017).

[22] D. LARBALESTIER, A. GUREVICH, D. M. FELDMANN, A. POLYANSKII, High-T$_c$ superconducting materials for electric power applications, Nature 414, 368–377 (2001).

[23] A. MALOZEMOFF et al., Progress in high temperature superconductor coated conductors and their applications, Supercond. Sci. Technol. 21, 034005 (2008).

[24] D. C. LARBALESTIER et al., Isotropic round-wire multifilament cuprate superconductor for generation of magnetic fields above 30 T, Nat. Mater. 13, 375–381 (2014).

[25] C. SENATORE, M. ALESSANDRINI, A. LUCARELLI, R. TEDIOSI, D. UGLIETTI, Y. IWASA, Progresses and challenges in the development of high-field solenoidal magnets based on RE123 coated conductors, Supercond. Sci. Technol. 27, 103001 (2014).

[26] A. MALOZEMOFF, Second-generation high-temperature superconductor wires for the electric power grid, Annu. Rev. Mater. Res. 42, 373–397 (2012).

[27] H. MAEDA, Y. TANAKA, M. FUKUTOMI, T. ASANO, A new high-Tc oxide superconductor without a rare earth element. Japanese Journal of Applied Physics 27, L209 (1988).

[28] F. J. OWENS, C. P. POOLE JR., The New Superconductors, New York: Kluwer, 1996.

[29] V. D. RODRIGUES, G. A. SOUZA, C. L. CARVALHO, R. ZADOROSNY, Effect of La Doping on the Crystal Structure, Electric, Magnetic and Morphologic Properties of the BSCCO System, Materials Research 20, 1406-1413 (2017).

[30] D. P. MATHEIS, R. L. SNYDER, The Crystal Structures and Powder Diffraction Patterns of the Bismuth and Thallium Ruddlesden- Popper Copper Oxide Superconductors, Powder Diffraction 5(1), 8-25 (1990).
[31] K. NAM-SOO, K. N. HAN, Future direction of direct writing. Journal of Applied Physics 108, 102801 (2010).

[32] M. ARIN et al., Inkjet printing of photocatalytically active TiO$_2$ thin films from water based precursor solutions, J. Eur. Ceram. Soc. 31, 1067-1074 (2011).

[33] T-M LEE, J-H. NOH, I. KIM, D-S. KIM, S. CHUN, Reliability of gravure offset printing under various printing conditions, Journal of Applied Physics 108, 102802 (2010).

[34] N. ROMA et al., Acid anhydrides: a simple route to highly pure organometallic solutions for superconducting films, Supercond. Sci. Technol. 19, 521 (2006).

[35] Z. LI et al., Accelerated growth by flash heating of high critical current trifluoroacetate solution derived epitaxial superconducting YBa$_2$Cu$_3$O$_7$ films, J. Mater. Chem. C 7, 4748 (2019).

[36] V. R. VLAD et al., Inkjet Printing Multideposited YBCO on CGO/LMO/MgO/Y$_2$O$_3$/Al$_2$O$_3$/Hastelloy Tape for 2G-Coated Conductors, IEEE Trans. Appl. Supercond. 28, 6601805, (2018).

[37] P. P. MAGGIO, Method of preparing lead and alkaline earth titanates, and niobates and coating method using the same to form capacitor. United States Patent Office 3330697, 26 ago.1963, 11 jul. 1967. US Patent.

[38] C. L. CARVALHO, et al., Superconducting films made by solution techniques. United States: American Ceramic Society, Inc. 23, 23007114 (1990).

[39] C.L. CARVALHO, I. GUEDES, Spectroscopic characterization of BPSCCO thin films grown by dip-coating technique, Physica C 390, 239–242 (2003).

[40] M. TAKANO, J. TANAKA, K. ODA, H. KITAGUCHI, Y. MIURA, Y. IKEDA, Y. TOMMI, H. MAZAKI, High-T$_c$ Bi-based oxide superconductors, Japanese Journal of Applied Physics 27, 1041 (1988).